Microstructures and constituents of super-high strength aluminum alloy ingots made through LFEC process

WANG Shuang¹, *ZUO Yu-bo², CUI Jian-zhong²
(¹. College of Software, Northeastern University, Shenyang 110004, China; ². Keb Lab of EPM, Northeastern University, Shenyang 110004, China)

Abstract: Ingots of a new super-high strength Al-Zn-Mg-Cu-Zr alloy were produced respectively by low frequency electromagnetic casting (LFEC) and by conventional direct chill (DC) casting process. Microstructure and constituents of the ingots were studied. The results indicated that the LFEC process significantly refines microstructure and constituents of the alloy, and to some extent, decreases the area (or volume) fraction of constituents and eutectic structure precipitated at grain boundaries. But, no difference in the type of constituents was observed between LFEC and DC ingots. The results also showed LFEC process can improve the as-cast mechanical properties.

Keywords: Al-Zn-Mg-Cu-Zr alloy; low frequency electromagnetic field; DC casting; microstructure; constituent


1 Experimental procedure

A new super-high strength Al-9.82Zn-2.35Mg-2.29Cu-0.142Zr (wt-%) alloy was proposed and used as the experimental material. In this case, Fe and Si are considered as impurities. The alloy was melted in a 500 kW medium frequency induction furnace. While held at the temperature of 760°C, the melt was degassed, slag removed and refined, then it was poured into a tundish. φ 200 mm diameter ingots were produced in both LFEC and conventional DC processes with melt temperature of 730°C, and casting speed at 80 mm/min. The electromagnetic field was generated by an 80-turn water-cooled copper coil which surrounded a stainless steel mold. During the casting process, the frequency and the current intensity were fixed at 25 Hz and 150A, respectively. A graphite ring with a dimension of 204 mm inner diameter, 216 mm outer diameter and 30 mm height was set in the mold. Figure 1 shows the schematic of the LFEC process.
Cubic samples with 15 mm side length were obtained respectively at the OD (outer diameter), 1/2 radius and center areas of the slice cut from the ingot. The samples were ground, polished and then etched with dilute Keller’s reagent (2 mL HF, 3 mL HCl, 5 mL HNO₃ and 190 mL H₂O). Microstructures of these samples were examined under optical microscope, while constituents were analyzed by X-ray diffraction instrument.

2 Results and discussions

2.1 The microstructures of DC and LFEC ingots

Figure 2(a, b, and c) show the microstructures of the specimens taken respectively at the OD, the 1/2 radius and the center of a DC ingot. Obviously, the microstructures transitioned from fine dendritic structure at the OD area to coarse dendritic structure at the 1/2 radius and to coarse equiaxed grain structure at the center of the ingot. The corresponding microstructure of LFEC ingot is dominated by very fine and uniform equiaxed grains as shown in Fig.2(d, e and f). Clearly, the microstructure of LFEC ingot consists of almost solely global (or equiaxed) or near global grains which is much finer and more uniform than the microstructure in the produced DC ingot.

During the LFEC process, forced convection is generated in the melt. The forced convection accelerates nuclei formation near the mold, and moves them from mold to the center, resulting in higher nucleation density and more uniform distribution. Flemings [14] studied the break of secondary dendritic arms and block nucleation, and concluded that the break of secondary dendritic arms boosts nucleation sites. Under electromagnetic field, dendrite arms are broken by the forced convection, and the transformation from broken blocks into nuclei is increased. In addition, during LFEC process the melt temperature is uniform and it can be controlled to little lower than the liquidus (temperature), which helps to form many crystal nuclei throughout the melt and to reduce the remelting of nuclei caused by local overheating. That is to say, the LFEC process increases the effective nuclei in the melt. Therefore, the microstructures of LFEC ingots is much finer than that of DC ingot.

2.2 The major constituents of the new super-high strength aluminum alloy

Constituents of the ingots were analyzed by means of X-ray diffraction. The results are shown in Fig.3. No difference was found in the type of constituents between LFEC and DC ingots. The main constituents of this new superhigh strength aluminum alloy include α(Al), MgZn₂, CuMgAl₂, Mg₃₂(Al, Zn)₄₈ and Al₇Cu₂Fe.

Although effects of electromagnetic field on the type of constituents were not observed, effects of LFEC on area fraction and size of constituents are very obvious. As shown in Fig.4 (a, b) for the DC ingot, the eutectic phases segregated at grain boundaries are coarse and continuous. The eutectic phases near the outer surface (or border) of the ingot are thinner than those in the center, which is due likely to the thermal effect, higher cooling rate at the outer layer and lower cooling rate in the center of the ingot. As shown in Fig.4(c, d) for the LFEC ingot the eutectic phases segregated at grain boundaries are more uniform, thinner and smaller than those of DC ingot, which is helpful to improve as-cast strength and plasticity of the alloy.

As discussed above, the microstructure of LFEC ingot is much...
finer than that of DC ingot. In general, the finer the microstructure, the lower content and smaller size of the constituents and eutectic structure \(^9,\footnotemark[15]\). It was also shown that the electromagnetic field can improve alloying element content inside the grains \(^{16}\). Hence, LFEC can lower the content and reduce size of constituents and eutectic structure.

2.3 The as-cast mechanical properties of ingots

The mechanical properties of all the samples were tested at room temperature. As shown in Fig.5, the as-cast fracture strength and percentage elongation of LFEC ingots are higher than that of DC ingots, which results from finer constituents and finer microstructures of LFEC ingots.

3 Conclusions

(1) The microstructure of the LFEC new super-high strength Al-Zn-Mg-Cu-Zr alloy presents fine equiaxed grain structure throughout the ingot (from the border to the center), which is much finer and more uniform than that of DC ingot.

(2) According to X-ray diffraction phase analysis, the constituents of the new superhigh strength aluminum alloy mainly include \(\alpha(\text{Al})\), \(\text{MgZn}_2\), \(\text{CuMgAl}_2\), \(\text{Mg}_32(\text{Al, Zn})_{49}\), and \(\text{Al}_7\text{Cu}_2\text{Fe}\). LFEC process showed no effect on constituent type.

(3) The LFEC process, to some extent, decreases the area fraction of constituents and eutectic structure at grain boundary and reduces the constituent size.

(4) For the newly proposed super-high strength Al-Zn-Mg-Cu alloy, the as-cast mechanical properties of LFEC ingot are much higher and more uniform than that of DC ingot.

References


Introduction to Shenyang Mining Machinery Group Co. Ltd.

Shenyang Mining Machinery Group Co. Ltd., former Shenyang Mining Machinery Factory, established in 1921, is the large backbone enterprise of the national heavy-duty mining machinery industry, and is one of the 500 largest machinery industrial enterprises in China.

The company has made washing plant and transportation equipment for large power stations and open-pit mines for more than forty years, and has the capacity of development, design, manufacture, site installation and service for dressing machines, bulk material handling and transportation equipment, engineering machinery, equipment of construction material and sewage treatment, automobile electrics, magnetic materials, etc. In addition to supply the above-mentioned types of equipment, also the company can supply various non-standard equipment up to the international standard and according to the user's requirements. Its products can be seen in national many fields such as metallurgy, chemical engineering, energy source, traffic, electric power, environmental protection, automobile, etc., and were exported to more than thirty countries and areas around the world.

The supply and service of products shall abide by ISO 9000 from beginning to end.

This study was supported by the National “973” Foundation of China (No.: 2005CB623707).